Model-Based Dielectric Constant Estimation of Polymeric Nanocomposite

Jiang Shao 1,†, Le Zhou 2,†, Yuqi Chen 3,†, Xue Liu 4,* and Mingbo Ji 5,*

1 The School of Mechanical Engineering, Jiangsu University of Science and Technology, Zhenjiang 212100, China; jiang-shao@hotmail.com
2 Research Department, Changzhou Betterial Film Technologies Co., Ltd., Changzhou 213000, China; zhoulule@betterial.cn
3 School of Engineering and Applied Science, University of Pennsylvania, Philadelphia, PA 19104, USA; sevenchenn9819@gmail.com
4 Henan Key Laboratory of Polyoxometalate Chemistry, College of Chemistry and Chemical Engineering, Henan University, Kaifeng 475004, China
5 Yantai Graduate School, Harbin Engineering University, Yantai 264000, China

* Correspondence: xliu@ipe.ac.cn (X.L.); minji@hrbeu.edu.cn (M.J.);
Tel.: +86-151-0154-4706 (X.L.); +86-130-4109-0299 (M.J.)
† These authors contributed equally to this work.

Abstract: The interphase region widely exists in polymer-based nanocomposites, which affects the dielectric properties of the nanocomposites. General models, such as the Knott model, are often used to predict the dielectric constant of nanocomposites, while the model does not take the existence of interphase into account, which leads to a large deviation between the predicted results and the experimental values. In this study, a developed Knott model is proposed by introducing the interphase region and appropriately assuming the properties of the interphase. The modeling results based on the developed model are in good agreement with the experimental data, which verifies the high accuracy of the development model. The influence of nanoparticle loading on the effective volume fraction is further studied. In addition, the effects of the polymer matrix, nanoparticles, interphase dielectric and thickness, nanoparticle size and volume fraction on the dielectric properties of the nanocomposites are also investigated. The results show that polymer matrix or nanoparticles with a high dielectric and thick interphase can effectively improve the dielectric properties of the materials. Small size nanoparticles with high concentrations are more conducive to improving the dielectric properties of the nanocomposites. This study demonstrates that the interphase properties have an important impact on the dielectric properties of nanocomposites, and the developed model is helpful to accurately predict the dielectric constant of polymer-based nanocomposites.

Keywords: modeling; interphase; dielectric constant; nanocomposite; polymer

1. Introduction

Large capacity energy storage technology plays a vital role in the application fields of smart grid construction [1], new energy generation [2] and electric vehicles [3]. Compared with battery and supercapacitor storage, high energy storage electrolyte capacitors have many advantages in safety, economic cost and charge-discharge rate [4,5]. At present, electrostatic capacitors have high power density due to their fast charge-discharge ability among the available electric energy storage devices, while the low energy density limits their applications [6,7]. Therefore, much research has been focusing on how to improve the performance of energy storage materials, especially dielectric energy storage materials [8,9]. Ceramic dielectric nanoparticles, such as barium titanate (BT) [10], lead zirconate titanate (PZT) [11], barium strontium titanate (BST) [12] and copper calcium titanate (CCTO) [13], which have a high dielectric constant and excellent anti-aging properties [14–16], are one of the most common used dielectric materials in energy storge. However, there are several shortcomings that limit the application of ceramic dielectric

Copyright: © 2022 by the authors. Licensee MDPI, Basel, Switzerland. This article is an open access article distributed under the terms and conditions of the Creative Commons Attribution (CC BY) license (https://creativecommons.org/licenses/by/4.0/).
nanoparticles, for instance, the high sintering temperature, complex preparation process, poor flexibility, high dielectric loss and low electrical strength [17–19]. Polymeric materials, such as polyethylene, polypropylene and epoxy resin, have attracted much attention in their application in dielectric energy storage materials due to their excellent mechanical properties, high breakdown strength and low dielectric [20,21], while the relative dielectric constant of most polymeric materials is usually low [22]. Therefore, it is difficult to obtain excellent energy storage devices from a single dielectric material. One of the popular methods to overcome this disadvantage is to mix ceramic nanoparticles into the dielectric polymer matrix [23]. Blending is the most commonly used method for preparing polymer-based nanocomposites, which directly disperses inorganic nanoparticles in the polymer matrix. Inorganic nanoparticles, such as SiO\(_2\), CaCO\(_3\), TiO\(_2\), Al\(_2\)O\(_3\) and Fe\(_3\)O\(_4\) are often used to prepare nanocomposites.

Many works have been conducted on polymer-based dielectric materials and excellent results have been obtained [24–26]. For example, BT material has the advantages of high dielectric constant and low dielectric loss, which is the most commonly used ceramic filling particle at present [27]. It is worth noting that although multi-factor experiments can obtain polymer-based materials with good dielectric properties, most of the experimental processes are repetitive and redundant, which not only takes time but also increases the economic cost. Mathematical modeling is a simple and effective method to deepen the understanding of experimental mechanisms [28]. By constructing an appropriate theoretical model, the dielectric properties of polymer-based nanocomposites can be accurately predicted. Several good theoretical models have been reported, such as the Bruggeman model [29], which was proposed to estimate the dielectric constant of nanocomposites that contain a high concentration of particles. By regarding the filled particles as homogeneous spheres dispersed in a continuous polymer matrix, the Rayleigh model [30] was also proposed to predict the dielectric constant of nanocomposites, which greatly reduced the time required for the experiment. Other models that need complex equations and expensive software were also built to predict the properties of nanocomposites, such as the Monte-Carlo simulation [31] and representative volume element model [32].

Although the models mentioned above were well established, the authors simply investigated the effect of additive components on the properties of the nanocomposites, while the interaction between additive particles and polymer matrix was ignored. In fact, in a micro-environment, there is an interphase formed by the interaction between additive particles and polymer matrix, which significantly affects the properties of the nanocomposites, and several works have reported that the existence of the interphase affects the mechanical and electrical properties of composite materials [33,34]. It can also be expected that the interphase has effects on the overall dielectric constant of nanocomposites. The additive particle surrounded by polymer matrix can be regarded as an equivalent sphere with a core-shell structure. Therefore, by parameter simulation with the interphase property, the dielectric constant of the nanocomposite can be accurately predicted. Similarly, the dielectric constant from modeling results will be underestimated if the interphase is ignored.

In the study of plastic foam, Knott et al. [35] introduced a model in which filler particles were regarded as small cubes surrounded by substrates of the same thickness, and the effective capacitance of the foam (the effective permittivity) could be simulated by using the capacitance of the cube and the substrate. However, they also neglected the existence of the interphase, which limits the accuracy of the equation. In this study, the effect of interphase on the dielectric properties of nanocomposites is investigated. By extending the Knott equation, the effects of a polymer matrix, particles, interphase dielectric, interphase thickness, particle size and volume fraction on the dielectric properties of nanocomposites are studied. The developed model provides a promising method for predicting the dielectric properties of nanocomposites.
2. Model Description

The Knott model was developed to give an engineering estimation of the dielectric constant of plastic foams, which consists of a polymer base and gas. The gas in the foam was assumed to be a small cubic lattice, covered by a thin polymer base. The elemental unit is composed of a gas cubic lattice and polymer cover, and it was placed in a uniform electric field. Based on this assumption, the Knott model was proposed as [35,36]:

$$\varepsilon = \varepsilon_m - \varepsilon_m \frac{(\varepsilon_m - \varepsilon_f) V_f}{\varepsilon_f + (\varepsilon_m - \varepsilon_f) V_f^3}$$  \hspace{1cm} (1)

where $\varepsilon_f$ and $\varepsilon_m$ are the dielectric permittivity of gas and polymer base, respectively. $V_f$ is the volume fraction of gas.

Although this model was designed for plastic foams, it can also be extended to estimate the dielectric permittivity of other materials. Considering the shape of a small cubic lattice, this Knott model is applied for predicting the dielectric constant of polymeric composites containing spherical particles. Even though a spherical particle is slightly different from a cubic lattice, it has been demonstrated that this small difference in the shape of fillers has a minor influence on the dielectric permittivity of nanocomposites.

However, as we have stated previously, the Knott model did not take into consideration the interphase region. Besides, the present Knott model fails to include the effect of particle parameters. To introduce them, the development of the Knott model is necessary.

Tanaka et al. [37] proposed a simple formula that can be used to estimate the dielectric constant of the hybrid particle and the hybrid particle has a configuration of the core-shell structure, as illustrated in Figure 1. The Tanaka formula is expressed as:

$$\varepsilon_h = \varepsilon_s \frac{\varepsilon_c (1 + 2\rho) + 2\varepsilon_s (1 - \rho)}{\varepsilon_c (1 - \rho) + \varepsilon_s (2 + \rho)}$$  \hspace{1cm} (2)

where $\varepsilon_h$ is the effective permittivity of hybrid particles. $\varepsilon_c$ and $\varepsilon_s$ are dielectric permittivity of core part and shell part of hybrid particle, respectively. $\rho$ is a parameter that defined by the size of the core part and shell part:

$$\rho = \frac{R_c^3}{(R_c + R_s)^3}$$  \hspace{1cm} (3)

where $R_c$ is the radius of core filler and $R_s$ is the thickness of the shell part.

![Figure 1. A schematic illustration of the hybrid particle in a nanocomposite.](image)

In this study, the Tanaka formula is utilized to introduce the effect of the interphase region. The nanoparticle is considered as the core part of the hybrid particle while the surrounding interphase region is treated as the shell part of the hybrid particle. As a result,
the dielectric permittivity $\varepsilon_{ef}$ of the effective particle, composed of filler and surrounding interphase, can be expressed as:

$$
\varepsilon_{ef} = \varepsilon_i \frac{\varepsilon_f(1 + 2\rho) + 2\varepsilon_i(1 - \rho)}{\varepsilon_i(1 - \rho) + \varepsilon_f(2 + \rho)}
$$

(4)

and

$$
\rho = \frac{R^3}{(R + R_i)^3}
$$

(5)

where $\varepsilon_i$ and $\varepsilon_f$ are dielectric permittivity of filler and surrounding interphase, respectively. $R$ denotes the radius of inclusions and $R_i$ represents the thickness of the interphase.

Since the volume fraction of nanoparticles is calculated by the following expression:

$$
V_f = \frac{V_p}{V_c}
$$

(6)

where $V_p$ represents the volume of nanoparticles and $V_c$ is the volume of the nanocomposite. The volume of spherical inclusions $V_p$ is simply calculated as:

$$
V_p = \frac{4}{3}\pi R^3
$$

(7)

Therefore, the volume of the effective particle can be derived as:

$$
V_{ep} = \frac{4}{3}\pi(R + R_i)^3
$$

(8)

Based on Equations (6)–(8), the volume fraction $V_{ef}$ of the effective particle is derived:

$$
V_{ef} = V_f\left(\frac{R + R_i}{R}\right)^3
$$

(9)

As a result, a developed Knott model that considers the parameters of filled particles as well as the interphase properties is developed as:

$$
\varepsilon = \varepsilon_m - \varepsilon_m \frac{(\varepsilon_m - \varepsilon_{ef})V_{ef}}{\varepsilon_{ef} + (\varepsilon_m - \varepsilon_{ef})V_{ef}^3}
$$

(10)

3. Results and Discussion

In order to verify the applicability of the developed Knott model, it is used to predict the dielectric constant of polymer-based nanocomposites, in which the parameters are obtained from the published literature. The prediction results are compared with the experimental data to examine the accuracy of the developed model. Figure 2 displays the experimental and modeling results of the dielectric constant of three nanocomposites under different particle loads. It can be seen that the dielectric constant calculated by the developed model is very consistent with the data obtained from the actual experiment while a much larger deviation between the modeling results of the original Knott model and experimental results can be observed, which indicates that the developed model can accurately predict the dielectric constant of nanocomposites and can be used for the pre-evaluation of dielectric materials. In fact, the developed Knott model has widespread applicability in different nanocomposites. The experimental data of multiple samples have been utilized to validate the developed Knott model, as shown in Supporting Information Figure S1. Introducing the interphase into the Knott model is responsible for the accurate simulation results. By reasonably assuming the properties of the interphase and optimizing the calculation parameters, the accurate dielectric constant of the nanocomposite can be obtained, which will help to reduce the experimental steps to save time and cost.
The dielectric properties of nanocomposites are affected by many factors, including particle volume fraction, dielectric properties of polymer matrix and nanoparticles, thickness and dielectric properties of interphase. The modeling results of particle load and particle volume fraction are displayed in Figure 3. Obviously, for the three selected nanocomposites, the simulated effective volume fraction is higher than the theoretical particle volume fraction. As shown in Figure 3b, there is a small difference between the modeling results and the experimental data when the particle loading is low. However, as the particle load increases gradually, the deviation between theoretical and modeling results increases and the effective particle volume fraction is much higher than the theoretical data, especially for Figure 3a,c. The existence of the interphase is responsible for these results, which effectively expands the action range of particles, thus increasing their effective volume fraction. Therefore, the actual effect of particles will be largely underestimated if the interphase is ignored.

The nanocomposite is composed of polymer matrix and nanoparticles; therefore, the properties of polymer matrix and particles jointly determine the dielectric constant of the nanocomposite [41,42]. To further investigate the effect of interphase on the dielectric constant of the nanocomposite, the dielectric constant of nanocomposite \( \varepsilon_c \) was simulated with the dielectric constant of the polymer matrix \( \varepsilon_m \) and particles \( \varepsilon_f \) as \( R_i = 10 \) nm, \( R = 100 \) nm, \( V_f = 0.1 \) and \( \varepsilon_f = 20 \). As shown in Figure 4, it is obvious that the maximum dielectric constant of the nanocomposite \( \varepsilon_c \) is obtained at the highest \( \varepsilon_m \) and \( \varepsilon_f \). As the dielectric constant of the polymer matrix is low, for instance, \( \varepsilon_m \) is less than 3.5, the dielectric constant of the nanocomposite \( \varepsilon_c \) is determined by the properties of the polymer matrix, and no matter how many particles are added, indicating a low \( \varepsilon_m \) is sufficient for the nanocomposites to have a low dielectric constant. With the increase of the dielectric properties of a polymer matrix, the dielectric constant of nanocomposites increases, and \( \varepsilon_c \) is determined by both the dielectric properties of polymer matrix and particles. High dielectric

![Figure 2. The experimental results and the modeling results of the dielectric constant of polymer-based nanocomposites (a) BaTiO$_3$-epoxy resin [38], (b) Al$_2$O$_3$-epoxy resin [39], (c) BaTiO$_3$-epoxy resin [40].](image)

![Figure 3. Comparison of particle volume fraction and effective particle volume fraction of polymer-based nanocomposites (a) BaTiO$_3$-epoxy resin (b) Al$_2$O$_3$-epoxy resin (c) BaTiO$_3$-epoxy resin.](image)
constant particles significantly improve the dielectric properties of the nanocomposites. Therefore, in the actual experimental process, it is a feasible method to select particles with high dielectric constant to prepare nanocomposites with high dielectric properties.

![Figure 4](image.png)

**Figure 4.** The dependence of \( \varepsilon_c \) to the \( \varepsilon_m \) and \( \varepsilon_i \) when \( R_i = 10 \) nm, \( R = 100 \) nm, \( V_f = 0.1 \) and \( \varepsilon_i = 20 \) (a) contour plot; (b) 3D plot.

In order to improve the dielectric constant of particles, some surface modification can be performed. The compatibility between nanoparticles and polymer matrices can be improved by introducing active functional groups through surface chemical or physical modification. For instance, Kim et al. [36] improved the compatibility between polymer matrix and particles by coating different organic phosphoric acids on the surface of barium titanate particles. Zhang et al. [43] chemically integrated the third monomer chlorofluoroethylene (CFE) or chlorotrifluoroethylene (CTFE) into PVDF-trifluoroethylene to form a ternary mixture, and they found that the ternary polymer is an electrical ferroelectric relaxation material with excellent dielectric properties.

The effects of interphase thickness \( R_i \) and dielectric constant \( \varepsilon_i \) on the dielectric properties of the polymer-based nanocomposites are also investigated as \( \varepsilon_i = 50, \varepsilon_m = 6, R = 100 \) nm and \( V_f = 0.1 \). As shown in Figure 5, the polymer-based nanocomposites obtain the highest dielectric constant at the maximum \( R_i \) and \( \varepsilon_i \), and the lowest dielectric properties are obtained at the minimum \( R_i \) and \( \varepsilon_i \). However, the dielectric constant of the polymer-based nanocomposites (\( \varepsilon_c \)) is determined only by the interphase thickness \( R_i \) as the interphase is thin. It can be seen that the dielectric properties of the polymer-based nanocomposites are determined by both \( R_i \) and \( \varepsilon_i \) as the increase of interphase thickness and dielectric constant. It should be noted that the interphase thickness plays a more important role than the interphase dielectric constant, in which thin thickness always results in low dielectric properties of the nanocomposite. Therefore, a thick and high dielectric interphase is helpful to improve the dielectric properties of nanocomposites. By evenly dispersing the particles in the polymer matrix to increase the contact area, a thick interphase may be formed.

Particle radius \( R \) and volume fraction \( V_f \) are also important factors affecting the dielectric properties of polymer-based nanocomposites. As shown in Figure 6, the highest nanocomposite dielectric constant is obtained at the smallest \( R \) with the highest \( V_f \) as \( \varepsilon_i = 50, \varepsilon_m = 6, \varepsilon_i = 20, R_i = 25 \) nm and the lowest dielectric constant of the polymer-based nanocomposite is obtained in the particles with a maximum size and low volume fraction. Although the particle radius and volume fraction both determine the dielectric properties of the polymer-based nanocomposites, the volume fraction plays more role than particle size, in which low volume fraction results in the low dielectric constant of nanocomposite no matter what size particles are added. It should be noted that the large particle size seriously damages the overall properties of the nanocomposites. Therefore, filling small size particles with high concentrations is an effective method to improve the
dielectric properties of nanocomposites. The aggregation of nanoparticles easily occurs, as the small size of the filled particles with high concentrations. Thus, it is necessary to modify or evenly disperse these particles into a polymer matrix. Surfactants or dispersants are commonly applied to improve the surface of nanoparticles \cite{44,45}, resulting in uniformly dispersed particles in a polymer matrix. For instance, Kim et al. \cite{46} modified BT particles to prepare nanocomposite, and the obtained thin film materials exhibit good dispersibility and high dielectric strength. In addition, process methods, such as magnetic stirring \cite{29} and ultrasonic dispersion \cite{47} are always helpful in enhancing the dispersive property of particles into a polymer matrix.

![Figure 5](image1.png)

**Figure 5.** The dependence of $\varepsilon_c$ to the $\varepsilon_i$ and $R_i$ when $\varepsilon_f = 50$, $\varepsilon_m = 6$, $R = 100$ nm and $V_f = 0.1$ (a) contour plot; (b) 3D plot.

![Figure 6](image2.png)

**Figure 6.** The dependence of $\varepsilon_c$ to the $R$ and $V_f$ when $\varepsilon_f = 50$, $\varepsilon_m = 6$, $\varepsilon_i = 20$, $R_i = 25$ nm (a) contour plot; (b) 3D plot.

4. Conclusions

In this study, a developed Knott model is proposed by introducing the interphase properties of nanoparticles. By comparing experimental data with modeling results, it is found that the developed model can accurately predict the dielectric properties of polymer-based nanocomposites. The effect of particle loading on the effective volume fraction is further studied. It demonstrates that the effective volume fraction is close to the theoretical data as the particle concentration is low, while the effective volume fraction is much higher than the theoretical data as the loading concentration is large. The existence of the interphase effectively expands the action range of the filled particles. Furthermore, the effects of a polymer matrix, particles, interfacial dielectric and thickness, particle size
and volume fraction on the dielectric properties of the nanocomposites were investigated and the results show that high dielectric polymer matrix, particles and thick interphase can effectively improve the dielectric properties of the materials. High concentration and small size particles are more conducive to enhancing the dielectric properties of the nanocomposites. This study demonstrates that the interphase properties have an important impact on the dielectric properties of nanocomposites, and the developed model is promising to accurately predict the dielectric constant of polymer-based nanocomposites.

Supplementary Materials: The following supporting information can be downloaded at: https://www.mdpi.com/article/10.3390/polym14061121/s1, Figure S1: The dielectric constant of the experimental data and modeling results based on the developed Knott model of three nanocomposites: (a) PI-BTiO$_3$ composite $^1$; (b) ER-Al$_2$O$_3$ composite $^2$; (c) PI-BTiO$_3$ composite $^3$ $^{[48,49]}$.

Author Contributions: Conceptualization, X.L. and J.S.; methodology, L.Z. and Y.C.; software, X.L.; validation, X.L. and J.S.; formal analysis, J.S. and M.J.; investigation, L.Z.; resources, Y.C.; data curation, M.J. and X.L.; writing—original draft preparation, J.S. and M.J.; writing—review and editing, L.Z. and M.J.; visualization, J.S.; supervision, X.L. All authors have read and agreed to the published version of the manuscript.

Funding: This research received no external funding.

Data Availability Statement: Not applicable.

Conflicts of Interest: The authors declare no conflict of interest.

References
1. Warzoha, R.; Fleischer, A.S. Thermal management of high density power electronics modules using dielectric mineral oil with applications in the electric utility field for smart grid protection. J. Therm. Sci. Eng. Appl. 2011, 3, 041005. [CrossRef]
2. Kornbluh, R.D.; Pelrine, R.; Prahlad, H.; Wong-Foy, A.; McCoy, B.; Kim, S.; Eckel, J.; Low, T. Dielectric elastomers: Stretching the capabilities of energy harvesting. MRS Bull. 2012, 37, 246–253. [CrossRef]
3. Wen, F.; Zhang, L.; Wang, P.; Li, L.; Chen, J.; Chen, C.; Wu, W.; Wang, G.; Zhang, S. A high-temperature dielectric polymer poly(acrylonitrile butadiene styrene) with enhanced energy density and efficiency due to a cyano group. J. Mater. Chem. A 2020, 8, 15122–15129. [CrossRef]
4. Sun, C.; Zhang, X.; Li, C.; Wang, K.; Sun, X.; Ma, Y. High-efficiency sacrificial prelithiation of lithium-ion capacitors with superior energy-storage performance. Energy Stor. Mater. 2020, 24, 160–166. [CrossRef]
5. Simon, P.; Gogotsi, Y. Capacitive energy storage in nanostructured carbon–electrolyte systems. Acc. Chem. Res. 2013, 46, 1094–1103. [CrossRef]
6. Ducharme, S. An Inside-out Approach to storing electrostatic energy. ACS Nano 2009, 3, 2447–2450. [CrossRef]
7. Li, H.; Ren, L.; Ai, D.; Han, Z.; Liu, Y.; Yao, B.; Wang, Q. Ternary polymer nanocomposites with concurrently enhanced dielectric constant and breakdown strength for high-temperature electrostatic capacitors. InfoMat 2020, 2, 389–400. [CrossRef]
8. Elshurafa, A.M.; Almadhoun, M.N.; Salama, K.N.; Alshareef, H.N. Microscale electrostatic fractional capacitors using reduced graphene oxide percolated polymer composites. Appl. Phys. Lett. 2013, 102, 26–30. [CrossRef]
9. Hoffmann, M.; Fengler, E.P.G.; Max, B.; Schroeder, U.; Slesazeck, S.; Mikolajick, T. Negative capacitance for electrostatic superfucapacitors. Adv. Energy Mater. 2019, 9, 1901154. [CrossRef]
10. Bucaglia, V.; Randall, C.A. Size and scaling effects in barium strontium titanate ceramics. J. Eur. Ceram. Soc. 2020, 40, 3744–3758. [CrossRef]
11. Li, Z.; Thong, H.C.; Zhang, Y.F.; Xu, Z.; Zhou, Z.; Liu, Y.X.; Cheng, Y.Y.S.; Wang, S.H.; Zhao, C.; Chen, F.; et al. Defect engineering in lead zirconate titanate ferroelectric ceramic for enhanced electromechanical transducer efficiency. Adv. Funct. Mater. 2021, 31, 1–10. [CrossRef]
12. Wu, Y.J.; Huang, Y.H.; Wang, N.; Li, J.; Fu, M.S.; Chen, X.M. Effects of phase constitution and microstructure on energy storage properties of barium strontium titanate ceramics. J. Eur. Ceram. Soc. 2017, 37, 2099–2104. [CrossRef]
13. Cheng, C.; Wu, Y.; Qu, Y.; Ma, R.; Fan, R. Radio-frequency negative permittivity of carbon nanotube/copper calcium titanate ceramic nanocomposites fabricated by spark plasma sintering. Ceram. Int. 2020, 46, 2261–2267. [CrossRef]
14. Ma, S.; Li, Y.; Ma, C.; Wang, Y.; Ou, J.; Ye, M. Challenges and advances in the fabrication of monolithic bioseparation materials and their applications in proteomics research. Adv. Mater. 2019, 31, 1–27. [CrossRef] [PubMed]
15. Jiang, Y.; Zhang, X.; Shen, Z.; Li, X.; Yan, J.; Li, B.W.; Nan, C.W. Ultrahigh breakdown strength and improved energy density of polymer nanocomposites with gradient distribution of ceramic nanoparticles. Adv. Funct. Mater. 2020, 30, 1906112. [CrossRef]
16. Wang, X.; Zhai, H.; Qie, B.; Cheng, Q.; Li, A.; Borovilas, J.; Xu, B.; Shi, C.; Jin, T.; Liao, X.; et al. Rechargeable solid-state lithium metal batteries with vertically aligned ceramic nanoparticle/polymer composite electrolyte. Nano Energy 2019, 60, 205–212. [CrossRef]
17. Zhang, X.; Li, B.W.; Dong, L.; Liu, H.; Chen, W.; Shen, Y.; Nan, C.W. Superior energy storage performances of polymer nanocomposites via modification of filler/polymer interfaces. Adv. Mater. Interfaces 2018, 5, 1800096. [CrossRef]
18. Kumar, S.; Supriya, S.; Kar, M. Enhancement of dielectric constant in polymer-ceramic nanocomposite for flexible electronics and energy storage applications. Compos. Sci. Technol. 2018, 157, 48–56. [CrossRef]
19. Bouharras, F.E.; Raisane, M.; Ameduri, B. Recent progress on core-shell structured BaTiO$_3$@polymer/fluorinated polymers nanocomposites for high energy storage: Synthesis, Dielectric properties and applications. Prog. Mater. Sci. 2020, 113, 100670. [CrossRef]
20. Sanjay, M.R.; Arpitha, G.R.; Yogesha, B. Study on mechanical properties of natural-glass fibre reinforced polymer hybrid composites: A review. Mater. Today Proc. 2015, 2, 2959–2967. [CrossRef]
21. Hsiissou, R.; Seghiri, R.; Benzekri, Z.; Hilali, M.; Rafik, M.; Elharfi, A. Polymer composite materials: A comprehensive review. Compos. Struct. 2021, 262, 113640. [CrossRef]
22. Luo, B.; Wang, X.; Wang, Y.; Li, L. Fabrication, Characterization, Properties and theoretical analysis of ceramic/PVDF composite flexible films with high dielectric constant and low dielectric loss. J. Mater. Chem. A 2014, 2, 510–519. [CrossRef]
23. Wei, J.; Zhu, L. Intrinsic polymer dielectrics for high energy density and low loss electric energy storage. Prog. Polym. Sci. 2020, 106, 101254. [CrossRef]
24. Wán, Y.J.; Li, G.; Yao, Y.M.; Zeng, X.L.; Zhu, P.L.; Sun, R. Recent advances in polymer-based electronic packaging materials. Compos. Commun. 2020, 19, 154–167. [CrossRef]
25. Chen, S.; Yan, X.; Liu, W.; Qiao, R.; Chen, S.; Luo, H.; Zhang, D. Polymer-based dielectric nanocomposites with high energy density via using natural sepiolite nanofibers. Chem. Eng. J. 2020, 401, 126095. [CrossRef]
26. Samet, M.; Levchenko, V.; Boiteux, G.; Seytre, G.; Kalleb, A.; Serghei, A. Electrode polarization vs. maxwell-wagner-sillars interfacial polarization in dielectric spectra of materials: Characteristic frequencies and scaling laws. J. Chem. Phys. 2015, 142, 194703. [CrossRef]
27. Wang, S.F.; Wang, Y.R.; Cheng, K.C.; Hsiao, Y.P. Characteristics of polyimide/barium titanate composite films. Ceram. Int. 2009, 35, 265–268. [CrossRef]
28. Khlebtsov, N.G.; Zarkov, S.V.; Khanadeev, V.A.; Avetisyan, Y.A. A novel concept of two-component dielectric function for gold nanostars: Theoretical modelling and experimental verification. Nanoscale 2020, 12, 19963–19981. [CrossRef]
29. Devaraju, N.G.; Kim, E.S.; Lee, B.I. The synthesis and dielectric study of BaTiO$_3$/polyimide nanocomposite films. Microelectron. Eng. 2005, 82, 71–83. [CrossRef]
30. Perez-Delfin, E.; García, J.E.; Ochoa, D.A.; Pérez, R.; Guerrero, F.; Eiras, J.A. Effect of mn-acceptor dopant on dielectric and piezoelectric responses of lead lanthanum zirconate titanate piezoceramics. J. Appl. Phys. 2011, 110, 034106. [CrossRef]
31. Liu, J.M.; Wang, X.; Chan, H.L.W.; Choy, C.L. Monte carlo simulation of the dielectric susceptibility of ginzburg-landau mode relaxors. Phys. Rev. B 2004, 69, 094114. [CrossRef]
32. Schröder, J. Derivation of the localization and homogenization conditions for electro-mechanically coupled problems. Comput. Mater. Sci. 2009, 46, 595–599. [CrossRef]
33. Tzounis, L.; Kirsten, M.; Simon, F.; Mäder, E.; Stamm, M. The interphase microstructure and electrical properties of glass fibers covalently and non-covalently bonded with multiwall carbon nanotubes. Carbon 2014, 73, 310–324. [CrossRef]
34. Nioua, Y.; El Bouazzaoui, S.; Achour, M.E.; Costa, L.C. Modeling microwave dielectric properties of polymer composites using the interphase approach. J. Electromagn. Waves Appl. 2017, 31, 1343–1352. [CrossRef]
35. Knott, E.F. Dielectric constant of plastic foams. IEEE Trans. Antennas Propag. 1993, 41, 1167–1171. [CrossRef]
36. Zhang, L.I.N.; Cheng, Z.-Y. Development of polymer-based 0–3 composites with high dielectric constant. J. Adv. Dielectr. 2011, 1, 389–406. [CrossRef]
37. Tanaka, T. A quantum dot model for permittivity of polymer nanocomposites. In Proceedings of the 2016 IEEE Conference on Electrical Insulation and Dielectric Phenomena (CEIDP), Toronto, ON, Canada, 16–19 October 2016; pp. 40–43.
38. Kim, D.S.; Baek, C.; Ma, H.J.; Kim, D.K. Enhanced dielectric permittivity of BaTiO$_3$/epoxy resin composites by particle alignment. Ceram. Int. 2016, 42, 7141–7147. [CrossRef]
39. Kochetov, R.; Andritsch, T.; Morshuis, P.H.; Smit, J.J. Thermal and electrical behaviour of epoxy-based microcomposites filled with Al$_2$O$_3$ and SiO$_2$ particles. In Proceedings of the 2010 IEEE International Symposium on Electrical Insulation, San Diego, CA, USA, 6–9 June 2010; pp. 1–5.
40. Kobayashi, Y.; Kurosawa, A.; Nagao, D.; Konno, M. Fabrication of barium titanate nanoparticles-epoxy resin composite films and their dielectric properties. Polym. Compos. 2010, 31, 1179–1183. [CrossRef]
41. Asandulesa, M.; Musteata, V.E.; Bele, A.; Dascalu, M.; Bronnikov, S.; Racles, C. Molecular dynamics of polysiloxane polar-nonpolar co-networks and blends studied by dielectric relaxation spectroscopy. Polymer 2018, 149, 73–84. [CrossRef]
42. Asandulesa, M.; Kostromin, S.; Podshivalov, A.; Tameev, A.; Bronnikov, S. Relaxation processes in a polymer composite for bulk heterojunction: A dielectric spectroscopy study. Polymer 2020, 203, 122785. [CrossRef]
43. Song, Y.; Shen, Y.; Liu, H.; Lin, Y.; Li, M.; Nan, C.W. Improving the dielectric constants and breakdown strength of polymer composites: Effects of the shape of the BaTiO$_3$ nanoinsertions, surface modification and polymer matrix. J. Mater. Chem. 2012, 22, 16491–16498. [CrossRef]
44. Bao, H.M.; Song, J.F.; Zhang, J.; Shen, Q.D.; Yang, C.Z.; Zhang, Q.M. Phase transitions and ferroelectric relaxor behavior in P(VDF-TrFE-CFE) terpolymers. Macromolecules 2007, 40, 2371–2379. [CrossRef]
45. Choi, S.-H.; Kim, I.-D.; Hong, J.-M.; Park, K.-H.; Oh, S.-G. Effect of the dispersibility of BaTiO$_3$ nanoparticles in BaTiO$_3$/polyimide composites on the dielectric properties. *Mater. Lett.* **2007**, *61*, 2478–2481. [CrossRef]

46. Kim, T.; Lim, H.; Lee, Y.; Kim, B.J. Synthesis of BaTiO$_3$ nanoparticles as shape modified filler for high dielectric constant ceramic-polymer composite. *RSC Adv.* **2020**, *10*, 29278–29286. [CrossRef]

47. Hai, C.; Inukai, K.; Takahashi, Y.; Izu, N.; Akamatsu, T.; Itoh, T.; Shin, W. Surfactant-assisted synthesis of mono-dispersed cubic BaTiO$_3$ nanoparticles. *Mater. Res. Bull.* **2014**, *57*, 103–109. [CrossRef]

48. Fan, B.H.; Zha, J.W.; Wang, D.R.; Zhao, J.; Dang, Z.M. Experimental study and theoretical prediction of dielectric permittivity in BaTiO$_3$/polyimide nanocomposite films. *Appl. Phys. Lett.* **2012**, *100*, 092903. [CrossRef]

49. Dang, Z.M.; Lin, Y.Q.; Xu, H.P.; Shi, C.Y.; Li, S.T.; Bai, J. Fabrication and dielectric characterization of advanced BaTiO$_3$/polyimide nanocomposite films with high thermal stability. *Adv. Funct. Mater.* **2008**, *18*, 1509–1517. [CrossRef]